Exciton diffusion dynamics in an organic semiconductor nanostructure

Citation for published version (APA):

DOI:
10.1007/3-540-27213-5_87

Document status and date:
Published: 01/01/2005

Document Version:
Publisher’s PDF, also known as Version of Record (includes final page, issue and volume numbers)

Please check the document version of this publication:
• A submitted manuscript is the version of the article upon submission and before peer-review. There can be important differences between the submitted version and the official published version of record. People interested in the research are advised to contact the author for the final version of the publication, or visit the DOI to the publisher’s website.
• The final author version and the galley proof are versions of the publication after peer review.
• The final published version features the final layout of the paper including the volume, issue and page numbers.

Link to publication

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

• Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
• You may not further distribute the material or use it for any profit-making activity or commercial gain
• You may freely distribute the URL identifying the publication in the public portal.

If the publication is distributed under the terms of Article 25fa of the Dutch Copyright Act, indicated by the “Taverne” license above, please follow below link for the End User Agreement:
www.tue.nl/taverne

Take down policy
If you believe that this document breaches copyright please contact us at:
openaccess@tue.nl
providing details and we will investigate your claim.

Download date: 01. Apr. 2019
Exciton diffusion dynamics in an organic semiconductor nanostructure

Clément Daniel¹, Laura M. Herz¹, Sebastian Westenhoff¹, François Makereel¹, David Beljonne², Freek J. M. Hoeben², Pascal Jonkheijm³, Albertus P. H. J. Schenning³, E. W. Meijer³, and Carlos Silva¹

¹ Cavendish Laboratory, University of Cambridge, Madingley Road, Cambridge CB3 0HE, United Kingdom
² Chemistry of Novel Materials, University of Mons-Hainaut, Place du Parc 20, B-7000 Mons, Belgium
³ Laboratory of Macromolecular and Organic Chemistry, Eindhoven University of Technology, P.O. Box 513, 5600 MB Eindhoven, The Netherlands

1 Introduction

Polymeric semiconductors are now finding commercial applications in optoelectronic devices such as light-emitting diodes and photovoltaic diodes. Here, we investigate exciton dynamics in chiral helices of an oligo-p-phenylenevinylene derivative monofunctionalized with a ureido-s-triazine (MOPV, see Fig. 1(a) for the molecular structure). The latter functional group leads to oligomer dimerization by hydrogen bonding in dodecane solution, resulting in reversible supramolecular assembly by solvophobic and π-π interactions [1]. MOPV is a model system to study exciton transfer dynamics as it is possible to investigate the effect of intermolecular interactions by comparing optical properties in the dissolved phase (above the transition temperature) and the supramolecular assemblies.

2 Experimental

The synthesis of MOPV has been described in detail elsewhere [1]. The material was dissolved in anhydrous dodecane at a concentration of $1.6 \times 10^{-4} \text{M}$ and then kept under inert atmosphere except during absorption (Abs) measurements. Measurements were carried out using a temperature-controlled Abs cuvette. The transient photoluminescence (PL) and Abs apparatus have been described in detail previously [2,3].

3 Results and Discussion

We have undertaken transient PL and Abs studies of MOPV in dodecane solution at sufficiently low concentration to explore exciton dynamics within isolated supramolecular assemblies. Fig. 1(b) plots the PL intensity as a function of time at various solution temperatures, at the peak of the PL spectrum. Below the transition temperature for supramolecular assembly (65°C), nonexponential decay is
observed, which we have assigned to diffusion-assisted exciton quenching at defect sites [2]. This is accompanied by a dynamic red shift of the PL spectrum and by PL depolarization, both assigned to the exciton diffusion process [2]. Fig. 1(c) displays photoinduced Abs transients at a photon energy that probes Abs of the lowest exciton, with higher excitation fluence than used in the transient PL measurements. An intensity-dependent picosecond component is assigned to exciton bimolecular annihilation dynamics [3]. Both of these sets of results indicate that exciton diffusion in MOPV stacks in solution occurs on picosecond timescales. We have developed a simple Monte-Carlo simulation (MC) in order to obtain

![Fig. 1. (a) Chemical structure of MOPV and schematic representation of a MOPV supramolecular stack. (b) PL decay kinetics at 2.226 eV photon energy at various temperatures. (c) Abs transients with 1.46 eV probe photon energy at 14°C and at various pump fluences.](image)

a microscopic understanding of these dynamics. The model generates randomly orientated helicoidal packs of oligomers with uncorrelated random energies (following a Gaussian law). The excitons are created at random positions and can then diffuse on the supramolecular nanostructures. At any time step, any exciton can transfer to another unoccupied site, annihilate with any other exciton or decay with a constant probability (the inverse of the lifetime). The hopping and the annihilation events are treated as resonance energy transfer events and modelled with a Forster-type probability law using a line-dipole approximation. The latter is a refinement of the point-dipole approximation and is needed as the stacks are very closely packed. In this scheme, each oligomer is divided into small segments used to calculate the electronic coupling using a point dipole approximation (see [4] for a discussion). The transfer rate includes an overlap integral of the homogeneous PL and Abs spectra which depends on the difference in site energies. Several parameters were deduced independently from previous measurements. The PL, Abs and CD spectra were fitted with two vibronic progressions and a Gaussian broadening to obtain the homogeneous spectra (the
transfer probabilities follow a detailed balance principle). The model allows us to extract the decays of the exciton population (see Fig. 2(a)), of the average exciton energy (see Fig. 2(b)) and of the PL polarisation anisotropy (see Fig. 2(c)).

![Graph](image)

**Fig. 2.** (a) The symbols are the normalised exciton population decays at high and low excitation fluences. The curves are the decays from the MC simulation. (b) The circles are the polarisation anisotropy of the exciton Abs, while the curve is from the MC simulation. (c) The circles are the PL average energy measured with PL up-conversion, while the curve is from the MC simulation.

### 4 Conclusion

The model allows to extract microscopic informations such as the average exciton hopping annihilation rates. We believe that this model allows us to describe quantitatively the exciton dynamics on supramolecular architectures from sub-picosecond to nanosecond timescales.

### References

Part IV

Ultrafast Dynamics in Solid 2